Computed Tomography characterization of the Green Fiber Bottle

Saxena, Prateek; Bissacco, Giuliano

Publication date: 2016

Document Version
Peer reviewed version

Link back to DTU Orbit


General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

- Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
- You may not further distribute the material or use it for any profit-making activity or commercial gain
- You may freely distribute the URL identifying the publication in the public portal

If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.
Computed Tomography characterization of the Green Fiber Bottle

Prateek Saxena, Giuliano Bissacco
Department of Mechanical Engineering, Technical University of Denmark, Kgs. Lyngby, DK-2800, Denmark

Introduction

The work carried out in this research aims at identifying suitable ways for thorough characterization of the quality of paper bottles. Industrial X-ray Computed Tomography (XCT) is particularly advantageous in determining the quality of paper bottles and thus correlating it with the production process. The Green Fiber Bottle (GFB) is a freeform geometry consisting of cellulose fibers. Accurate dimensional measurements such as wall thickness of the GFB is not possible using Coordinate Measuring Machines (CMMs). XCT on one hand provides an effective means of measuring wall thickness and on the other hand it also helps in identifying voids in the order of 110 µm at any location in the bottle geometry.

Manufacturing process

Pulp suspension prepared from recycled newsprint pulp of consistency 0.01 was injected in a forming tool using pump. The tool consists of a wired mesh on the inner surface with uniform distribution of holes on the outer surface. Water is removed from fibers by creating a suction pressure from outside of the tool. Tool geometry is thus replicated onto the pulp fibers. The formed product is then transferred to a heated porous tool, where rest of the water is removed and the product is completely dried.

Porosity analysis

The porosity analysis was helpful in identifying the defects with the resolution of 110µm. A large number of defects in the neck region indicate uneven material distribution in the areas of smooth curvatures. 850µm was the largest defect identified in the bottle geometry. The middle region being cylindrical in shape, experiences uniform material distribution. However presence of a few defects in the bottom region is due to the fact that the bottle is mounted upside down during manufacturing process, thus allowing less pulp material to enter in the bottom section due to gravity.

Wall thickness analysis

The insert used for fiber compaction is unable to compact pulp in the region of smooth curvatures due to which the neck region experiences higher wall thickness and low localized density.

Conclusions and Future work

Wall thickness in neck section of the bottle was relatively higher compared to rest of the sample, which indicate that the tool is unable to compact pulp effectively in the region of smooth curvatures. Porosity analysis reveals large number of voids present in the neck region, which further indicate the non-uniformity in pulp distribution. Thus, industrial XCT provide a good insight in tool design for manufacturing of paper bottles. Future work involves development of an efficient and robust tool system for the green fiber bottle manufacturing process.

Acknowledgement

The authors would like to acknowledge the support from Innovations Fund Denmark, EcoXpac and Carlsberg group for all their help and support in carrying out this work.